Congo Red Dye Adsorption using Magnesium Hydroxide from Seawater Bittern

Jumaeri a,*, Akhsanun Nadiyya b, Agung Tri Prasetya b, Woro Sumarni a

a Department of Chemistry, Faculty of Mathematics and Natural Sciences, Semarang State University, Semarang, Indonesia

*Corresponding author: jumaeri.kimia@mail.unnes.ac.id

https://doi.org/10.14710/jksa.25.6.205-211

1. Introduction

Dye environmental contamination has increased recently, especially water pollution. The textile industry contributes around 2% of industrial wastewater production volume [1]. Most color waste that still contains constituent parts, such as the azo structure, benzene, hydroxy, amine, or thiol groups from polymers, is directly discharged into the environment without any prior dye removal process. Moreover, these dyes cause severe environmental contamination since they cannot be degraded by anaerobic bacteria. Dye-contaminated water should not be consumed or used for daily life [2, 3]. Congo red is a reactive dye often used in the textile industry, mainly in cotton fabrics. This dye is very soluble in water and produces a red solution that cannot be degraded biologically (recalcitrance) [4, 5].

Several methods can be employed to treat textile waste, including adsorption, precipitation, evaporation, solvent extraction, ion exchange, and reverse osmosis [6]. The adsorption method has more advantages when compared to other methods because the process is relatively simple, and the efficiency is relatively high [7]. According to Stumm and Morgan, adsorption mainly occurs on solid surfaces with an abundance of functional groups such as –OH, –NH, –SH, and –COOH and is generally driven by interactions between metals and surface functional groups of the adsorbent through complex formation interactions [8].

The adsorption process is influenced by several factors, including pH, reaction time, and adsorbate concentration. pH can affect the active site of the adsorbent surface, which plays an active role in the adsorption of the adsorbate. The pH may impact the absorbance measurement since the adsorbate has a concentration. pH can affect the active site of the adsorbent through complex formation interactions [8].

Recently, several studies have developed magnesium hydroxide (Mg(OH)2) as a dye adsorbent. In the research of Ramesh and Sreenivasa [12], Mg(OH)2 was used as an adsorbent for indigo carmine dye with the adsorption percentage at pH 6–7 (333 K) was 20% higher than at pH 12–13. Yunessnia lehi and Akbari [13] employed Mg(OH)2 in membrane capsule form as an adsorbent for dye wastewater in carpet industries, in which the dye molecules were adsorbed on the surface of...
the nanoparticles, resulting in dye concentration decreased. Liu et al. [14] aimed a study on Mg(OH)₂ as an adsorbent for methyl orange. Then the study by Liu et al. [15] showed that the adsorption of congo red on Mg(OH)₂ and MgO occurs through surface exchange until the surface function sites are fully occupied. The dye molecules are diffused for further adsorption reactions (complexation interactions).

The alkaline precipitation method can be employed to produce Mg(OH)₂ from seawater bittern. Some precipitation agent can be used NaOH, CaCO₃, NH₃·H₂O [16]. Bittern, known as old water, is a waste generated from the remaining crystallization of the salt-making process in the form of a concentrated liquid. Generally, this bittern has not been widely used and is discarded at the final stage of production, although it is abundant in magnesium and other elements. The compounds contained in bittern are magnesium sulfate (MgSO₄), sodium chloride (NaCl), magnesium chloride (MgCl₂), potassium chloride (KCl), calcium chloride (CaCl₂) [17]. These compounds will have benefits and economic value if they are processed further, especially the magnesium content.

As mentioned above, it is expected that employing Mg(OH)₂ can solve the environmental pollution caused by Congo red dye. The Mg(OH)₂ in this study was synthesized from seawater bittern, which has not been widely used. Therefore, it is anticipated that Mg(OH)₂ will not only solve the pollution problem but also raise the economic value of seawater bittern.

2. Methodology
2.1. Equipment and Materials

Materials used were bittern obtained from PT. Garam Mas, NaOH and HCl (analytical grade, produced by E–Merck). The adsorbate used in this study was the anionic dye Congo red (molecular formula C₃₂H₂₃NaO₆S₄, a molecular weight of 696.66 g/mol and a surface area of 55.6 Å²). Figure 3 shows the molecular structure of Congo red dye.

![Figure 1. Congo red dye molecular structure](image)

The equipment used include XRD (X-ray Diffractometer, Panalytical/Xpert 3 Powder), FTIR (PerkinElmer Spectrum Version 10.4.00), SEM-EDX (JEOL JSM-6510LA), glassware, analytical balance, oven, orbital shaker, universal pH indicator and UV–Vis spectrophotometer (FLUOSstar Omega Microplate).

2.2. Chemical and Materials

The adsorbent used in this study was Mg(OH)₂ from bittern obtained from PT. Garam Mas, Rembang, Indonesia. The Mg(OH)₂ synthesis process was conducted following the research of Jumaeri et al. [18] with modifications. Mg(OH)₂ was synthesized via precipitation method by mixing 500 mL of 31°Be bittern with 1000 mL of 2 M NaOH. The mixture was precipitated until it reached pH > 10. After completely settled, the mixture was filtered to obtain a solid. The solid Mg(OH)₂ was washed using distilled water to remove NaCl. Distilled water is used for washing because the ionic solid NaCl dissolves easily in water solvents [19]. After washing, the Mg(OH)₂ was dried in an oven at 110 °C for 2 hours, and the final mass obtained was weighed. The obtained bittern from PT. Garam Mas and several methods such as precipitation process, agglomeration, and synthesis are shown in Figure 1. Solid Mg(OH)₂ was then characterized using XRD, FT-IR, and SEM.

![Figure 2. (a) bittern sample from PT. Garam Mas, Rembang (b) precipitation process (c) agglomeration of Mg(OH)₂ (d) synthesis result](image)

The adsorbate used in this study was a congo red dye solution. The stock solution was prepared by dissolving 1 g of CR with 1 L distilled water and stored in a glass bottle for further use. The maximum wavelength of 20 mg/L CR with predetermined pH variation was analyzed at a wavelength ranging from 410 to 700 nm. After the maximum wavelength was obtained, a calibration curve was generated by analyzing standard solutions of CR (0, 1, 5, 10, 15, 20, and 25 mg/L) with a predetermined pH variation at the previously determined maximum wavelength.

2.3. Congo red dye adsorption

A total of 0.01 g Mg(OH)₂ was added to 25 mL of Congo red dye solution under various conditions (pH, contact time, and initial concentration) and then shaken using an orbital shaker at 200 rpm. After the adsorption process, the solution was centrifuged for 2 minutes at a speed of 1000 rpm, thus separating the solid from the solution. The dye concentrations after adsorption were determined using a UV–Vis spectrophotometer at the maximum wavelength according to the pH conditions of each solution. The concentration of dye obtained was calculated for its adsorption capacity by the following equation:

\[ q_e = \frac{(C_0 - C_e)V}{m} \]  \hspace{1cm} (1)
Where the adsorption capacity or the number of dye molecules adsorbed at equilibrium (mg/g) is denoted as $q_e$, $C_i$ and $C_e$ are the adsorbate concentration (mg/L), $m$ is the mass of adsorbent (g), and $V$ is the adsorbate volume (mL) [20].

3. Results and Discussion

3.1. Characterization of Magnesium Hydroxide

The results of magnesium hydroxide characterization are shown in Figure 3. Figure 3(a) is the diffraction pattern obtained in the experiment. From the figure, it can be seen that the diffraction peaks are at $2\theta$: 18.80° (001); 37.99° (101); 50.89° (102); 58.71° (110); and 62.17° (111). The resulting diffraction peaks are similar to those of the reference and JCPDS No. 44-1482, indicating that the synthesized Mg(OH)$_2$ has high purity. Furthermore, Figure 3(b) shows the IR spectra with the interpretation offered in Table 1. Figure 3(c) shows the surface morphology of the Mg(OH)$_2$ sample: small, non-uniform grains.

| Result | Absorption frequency area (cm$^{-1}$) | Interpretation |
|--------|-------------------------------------|----------------|
| 3698   | 3698                                | Stretching vibration O–H from Mg(OH)$_2$ |
| 3434   | 3432                                | Bending vibration H–O–H |
| 1643   | 1641                                | Bending range vibration of the molecule H$_2$O |
| 441    | 440                                 | Range vibration MgO |

3.2. Effect of pH

The wavelength of the CR solution was determined at various desired pH variations before the adsorption process. The degree of acidity (pH) of the solution plays an essential role in the adsorption process, affecting the ionic form of the adsorbed dye and the surface charge of the adsorbent. Therefore, pH can encourage or inhibit the adsorption process of a solution [21]. A total of 25 mL of CR dye with a concentration of 20 mg/L at a certain pH was adsorbed using 0.01 g of Mg(OH)$_2$, for 60 minutes in an orbital shaker at a speed of 200 rpm. After the adsorption process, the absorbance of CR was determined using a UV–Vis spectrophotometer at the maximum wavelength that had been obtained. The results of the adsorption of CR dyes at varied pH are shown in Figure 4.

Figure 4. Adsorption of CR dye at various pH

The results showed that the optimum absorbance of CR was at pH 8 and a wavelength of 499 nm. The adsorbed CR was 34.57 mg/g. This is in line with previous studies on the synthesis of MgO and its adsorption properties. In that study, it was suggested that the adsorption of ionic dyes might be related to isoelectric attraction and surface complexation. MgO has an isoelectric point of 12.1–12.7, not significantly different from Mg(OH)$_2$, which has an isoelectric point of 12 [22, 23]. When the isoelectric point of the adsorbent is above the pH of the CR solution, the adsorbent will have more positively charged surfaces, absorbing more anionic dye molecules. The positive charge on the adsorbent is related to its structure, where Mg(OH)$_2$ has a solid form called brucite. Brucite Mg(OH)$_2$ is a layered hydroxide with the simplest structure, consisting of Mg$^{2+}$ at octahedral sites surrounded by six hydroxyl groups.
Therefore, Mg(OH)$_2$ readily adsorbs CR dye at pH 8. For the next experiment, the optimum adsorption was carried out at pH 8 and the optimum wavelength of 499 nm.

3.3. Effect of Contact Time

Determination of contact time aimed to discover the time required for CR dyes to achieve optimum adsorption when adsorbed on Mg(OH)$_2$. Generally, a longer contact time will result in a higher amount of adsorbate being adsorbed because more and more adsorbent particles interact with the adsorbate [10]. The adsorption of CR dye was carried out at contact times of 15, 30, 45, 60, 75, 90, and 120 minutes with an orbital shaker speed of 200 rpm. Adsorption was implemented at pH 8, with an initial concentration of 20 mg/L in 25 mL and 0.01 g of Mg(OH)$_2$. The connection between adsorption capacity and contact time is presented in Figure 5.

Figure 5 shows that the adsorption capacity of CR has increased with increasing contact time. The optimum contact time was reached at 90 minutes with an adsorption capacity of 38.37 mg/g. In the early stages of the adsorption process, many unoccupied active sites are still on the surface of the adsorbent particles, which allows the adsorbed adsorbate molecules to remain present at the active site, thus increasing the adsorption capacity [24].

![Figure 5. Effect of contact time on adsorption of CR dye](image)

3.4. Effect of Initial Concentration

The initial concentration was determined to ascertain the optimum concentration of CR when it is adsorbed by Mg(OH)$_2$. The adsorption of CR was performed on an orbital shaker at 200 rpm for 90 minutes of contact time and pH 8 to study the effect of initial concentration. The initial concentrations of the CR solution were 5, 10, 15, 20, 25, and 30 mg/L. The results of the initial concentration variations are shown in Figure 6.

Figure 6 (a) shows that the adsorption capacity has not yet reached the optimum value at the initial concentration variation. In contrast, previous studies on the adsorption of CR dye on Mg(OH)$_2$: adsorbent revealed that 1820 mg/g was the optimal adsorption capacity. Adsorption capacity increases with increasing CR concentration, but the adsorption percentage decreases [15]. The adsorption capacity increases with increasing initial concentration because mass transfer between the dye solution and the adsorbent surface is encouraged at higher concentrations and increases the number of collisions between the dye molecules and the adsorbent.

![Figure 6. (a) adsorption of CR dye at various initial concentrations (mg/g) (b) adsorption percentage of CR (%)](image)

The active site on the surface of the adsorbent is more at a lower solution concentration when compared to a higher solution concentration. The color removal was more effective when the solution concentration was low because more dye molecules were adsorbed on the adsorbent surface. At higher solution concentrations, the dye molecules must compete with one another for the active sites on the adsorbent surface, causing some dye molecules not to be adsorbed and remain in the solution [25].

3.5. Adsorption Isotherms

The adsorption isotherm model describes the interaction between the adsorbent and the adsorbate. Langmuir and Freundlich’s isotherm model was used to evaluate the data rather than adsorption [25]. The adsorption isotherm determines the type of adsorption that occurs by analyzing the magnitude of the linear regression value generated by the graph on each isotherm so that the characteristics of the adsorption system between the solution and the adsorbent surface can be identified [26, 27]. The study of adsorption isotherms was produced by varying the initial concentration of CR dye from 5 to 30 mg/L at obtained optimum pH and contact time. Langmuir and Freundlich isotherms can be calculated according to equations (2) and (3), respectively:

\[
\frac{C_e}{q_e} = \frac{C_e}{q_m} + \frac{1}{q_m K_L}
\]

\[
\log q_e = \log K_f + \frac{1}{n} \log C_e
\]
Where \( q_e \) is the number of dye molecules adsorbed at equilibrium (mg/g), \( C_e \) is the equilibrium concentration of adsorbate (mg/L), \( K_L \) and \( K_f \) are Langmuir’s constants (L/g) and Freundlich’s constants (mg/g), \( Q_m \) is the maximum capacity of the adsorbent (mg/g), and \( n \) is the adsorption intensity [28]. Based on equations (2) and (3), the linear curve of the Langmuir and Freundlich isotherm model on the adsorption of CR dye using Mg(OH)\(_2\) adsorbent is presented in Figure 7. Based on the slope and interceptal values in Figure 7, the adsorption isotherm parameter values can be seen in Table 1. The data from Table 1 shows that the correlation coefficient \( R^2 \) for the Freundlich equation is higher than the Langmuir model. This indicates that the adsorption pattern occurring on Mg(OH)\(_2\) with CR dye is multilayer with the Freundlich adsorption isotherm model.

3.6. Adsorption Kinetics

Adsorption kinetics aims to understand and investigate the mechanism of the process that controls the rate of adsorption. It is used for the selection of optimum operating conditions. The pseudo-first-order and pseudo-second-order are the most widely used models to study the adsorption kinetics of dyes and measure the rate of adsorption [29]. The adsorption kinetics of CR dye with Mg(OH)\(_2\) from seawater bittern was tested using the Lagergren pseudo-first-order model, as in equation (4), and the pseudo-second-order model shown in equation (5).

\[
\log(q_e - q_t) = \log q_e - \frac{k_1}{2.303} t
\]

(4)

\[
\frac{t}{q_t} = \frac{1}{k_2q_e^2} + \frac{1}{q_e} t
\]

(5)

Where \( q_e \) and \( q_t \) are adsorption capacity at equilibrium and at time \( t \) (mg/g), \( k_1 \) and \( k_2 \) are rate constants of pseudo-first-order and pseudo-second-order [30, 31]. Based on equations (4) and (5), the kinetic curve of CR adsorption with the Mg(OH)\(_2\) is presented in Figure 8. From the slope and interceptal values in Figure 8, it can be concluded that the constants \( k_1, k_2, \) and \( q_e \) are listed in Table 2.

![Figure 7. Langmuir (a) and Freundlich (b) adsorption isotherms of CR](image)

**Figure 7.** Langmuir (a) and Freundlich (b) adsorption isotherms of CR

**Table 1.** Results of adsorption isotherm parameters

| Adsorption Isotherm Parameters | Langmuir | Freundlich |
|-------------------------------|----------|------------|
| Results \( R^2 \)             | 0.946    | 0.991      |
| \( Q_m \)                     | 48.300   | 3.879      |
| \( K_L \)                     | 0.426    | 2.579      |

**Table 2.** Calculation results of adsorption kinetics parameters

| Adsorption Kinetics Parameters | Orde 1 | Orde 2 |
|-------------------------------|--------|--------|
| \( R^2 \)                     | 0.588  | 0.984  |
| \( k_1 \) (min\(^{-1}\))     | 0.019  | -      |
| \( k_2 \) (g mg\(^{-1}\) min\(^{-1}\)) | -      | 0.002  |
| \( q_e \) (mg g\(^{-1}\))    | 16.440 | 36.680 |

Based on the analysis of the adsorption kinetics data in Table 2, it is known that the adsorption kinetics model suitable for showing the CR dye adsorption process is ideal for the pseudo-second-order model with a
correlation coefficient ($R^2$) of 0.9838. Similar results were found that the CR adsorption was best explained by a pseudo-second-order model [15]. The value of $R^2$ in pseudo-second-order shows that the adsorption occurs chemically, forming chemical bonds between the adsorbate molecule and the adsorbent surface [30].

4. Conclusion

The diffraction peak characteristics of Mg(OH)$_2$ synthesized from seawater bittern were similar to those of JCPDS No. 44-1482, with $O$–$H$ and $H$–$O$–$H$ functional groups and inhomogeneous small grain morphology. The synthesis results showed that Mg(OH)$_2$ is highly pure. The adsorption of CR dye on Mg(OH)$_2$, synthesized from bittern resulted in an adsorption capacity of 46.3 mg/g at an optimum pH 8, 90 minutes of contact time, and an initial concentration of 29 mg/L. The initial concentration variation has not yet reached the optimum adsorption capacity. The Freundlich isotherm pattern showed that the adsorption pattern of CR dye is multilayer. The results of the adsorption kinetics on Mg(OH)$_2$, followed a pseudo-second-order kinetics pattern. These results conclude that Mg(OH)$_2$, synthesized from bittern is an effective adsorbent for removing CR dyes in aqueous solutions.

Acknowledgments

Thanks to Lembaga Penelitian dan Pengabdian Masyarakat Universitas Negeri Semarang for the research funding based on research contract Number 398.26.4/UN37/PPK-3.1./2021, 26th April 2021. The financial support from Daftar Isian Pelaksanaan Anggaran (DIPA) Universitas Negeri Semarang is gratefully acknowledged.

References

[1] Nurul Fauziyah, Satriaun Satriun, Pardoyo Pardoyo, Adsorption of Indigo Carmine Dye using Cetyltrimethylammonium Bromide (CTAB) Surfactant Modified Zeolite, *Jurnal Sains dan Matematika*, 23, 4, (2015), 121–126

[2] Sheley Dea Marella, Adsorpsi Zat Warna menggunakan Material Anorganik, Departemen Kimia, Institut Teknologi Sepuluh Nopember, Surabaya, 2019

[3] Endang Widjajanti LFX, Dewi Yunita, Pola adsorpsi pewarna azo oleh biosorben dari kulit pisang, *Jurnal Sains Dasar*, 2, 2, (2013), 8–16

[4] Roy Andreas, Tien Setyaningtyas, Adsorpsi cung red pada humin hasil isolasi dari tanah hutan damar Baturraden Purwokerto, *Molekul*, 3, 1, (2008), 1–9 http://dx.doi.org/10.20884/1.jm.2008.3.1.180

[5] Suyata Suyata, Mardiyyah Kurniash, Degradasi Zat Warna Kongo Merah Limbah Cair Industri Tekstil di Kabupaten Pekalongan Menggunakan Metode Elektrodekolorisasi, *Molekul*, 7, 1, (2012), 53–60 http://dx.doi.org/10.20884/1.jm.2012.7.1.106

[6] Dhaifid Etana Putra, Fitri Puji Astuti, Edi Suhaeryadi, Studi Penurunan Kadar Logam Besi (Fe) pada Limbah Batik dengan Sistem Purifikasi Menggunakan Absorben Nanopartikelik Magnetic (FeOx), *Prosiding Pertemuan Ilmiah XXVIII HFI Jateng dan DIY*, Yogyakarta, 2014

[7] M. A. Hossain, H. Hao Ngo, W. S. Guo, T. V. Nguyen, Removal of copper from water by adsorption onto banana peel as biosorbent, *Geomate Journal*, 2, 4, (2012), 227–234

[8] Ade Oktasari, Kulit kacang tanah (*Arachis hypogaea* L.) sebagai adsorben ion Pb(II), *ALKIMIA: Jurnal ilmu Kimia dan Terapi*, 2, 1, (2018), 17–27 https://doi.org/10.19019/alkimia.v2i1.2258

[9] Aliftia Wahyu Rahmawati, Jumaeri Jumaeri, Triastuti Sulistyaningsih, Zeolit Alam Termodifikasi Slurpraktikan Heksadesiltrimetilammonium (HTDMA) dan Pemanfaatannya sebagai Adsorben Zat Warna Congo Red, *Indonesian Journal of Chemical Science*, 7, 2, (2018), 110–116

[10] Sutomo Eka Putra, Khairuddin Khairuddin, Dwi Juli Puspitasari, Husain Sosidi, Pemanfaatan karbon aktif ampas tahu terakarsasi NaCl sebagai penyerap zat warna Congo Red, *KOVALEN: Jurnal Riset Kimia*, 5, 1, (2019), 109–115

[11] Isna Syauqiah, Mayang Amalia, Hetty A. Kartini, Analisis variasi waktu dan kecepatan pengaduk pada proses adsorpsi limbah logam berat dengan arang aktif, *Info-Teknik*, 12, 1, (2011), 11–20

[12] Thimmasandra Narayan Ramesh, Vani Pavigada Sreenivas, Removal of indigo carmine dye from aqueous solution using magnesium hydroxide as an adsorbent, *Journal of Materials*, 33, 753057, (2015), 1–10 https://doi.org/10.1155/2015/753057

[13] Arash Yunessnia lehi, Ahmad Akbari, Membrane capsules with hierarchical Mg(OH)$_2$ nanostuctures as novel adsorbents for dyeing wastewater treatment in carpet industries, *Journal of the Taiwan Institute of Chemical Engineers*, 70, (2017), 391–400 https://doi.org/10.1016/j.jtice.2016.10.041

[14] Zhenying Liu, Shuai Ma, Xiao Li, Hu Yang, Zhenliang Xu, Porous carbonaceous composite derived from Mg(OH)$_2$ pre-filled PAN based membrane for supercapacitor and dye adsorption application, *Journal of Solid State Chemistry*, 277, (2019), 493–501 https://doi.org/10.1016/j.jssc.2019.07.007

[15] Xueming Liu, Chunge Niu, Xinping Zhen, Jide Wang, Xintai Su, Novel approach for the synthesis of Mg(OH)$_2$ nanosheets and lamellar MgO nanostuctures and their ultra-high adsorption capacity for Congo red, *Journal of Materials Research*, 30, 10, (2015), 1639–1647 https://doi.org/10.1557/jmr.2015.113

[16] Jong-Won Park, Won-Ki Lee, Chang-Han Lee, Preparation of nano-magnesium oxide from seawater bittern using decarboxylation/precipitation method, *Molecular Crystals and Liquid Crystals*, 636, 1, (2016), 142–148 https://doi.org/10.1080/15421406.2016.1201398

[17] Mirza Nadia, Muhammad Zainuri, Mahfud Efendy, Prototype pupuk multinutrient berbasis phosphat berbahan dasar limbah garam (Bittern) sebagai alternatif solusi penumbuh pakan alami, *Journal Kela utan: Indonesian Journal of Marine Science and Technology*, 8, 2, (2015), 77–82

[18] Jumaeri, F. W. Mahatmanti, E. F. Rahayu, D. Qoyyima, A. N. K. Ningrum, Recovery of high purity sodium chloride from seawater bittern by precipitation-evaporation method, *Journal of
[19] Thomas Voisin, Arnaud Erriguible, David Ballenghien, David Mateos, André Kunegel, François Cansell, Cyril Aymonier, Solubility of inorganic salts in sub-and supercritical hydrothermal environment: Application to SCWO processes, The Journal of Supercritical Fluids, 120, Part 1 (2017), 18–21.

[20] Khaled M. Saoud, Shaukat Saeed, Rola M. Al-Soubahi, Massimo F. Bertino, Microwave assisted preparation of magnesium hydroxide nano-sheets, American Journal of Nanomaterials, 2, 2, (2014), 21–25.

[21] Viviane da Silva Lacerda, Juan B. López-Sotelo, Adriana Correa-Guimarães, Salvador Hernández-Navarro, Mercedes Sánchez-Báscones, Luis M. Navas-Gracia, Pablo Martín-Ramos, Jesús Martín-Gil, Rhodamine B removal with activated carbons obtained from lignocellulosic waste, Journal of Environmental Management, 155, (2015), 67–76.

[22] Peng Tian, Xiuying Han, Gui-ling Ning, Hai-xia Fang, Jun-wei Ye, Wei-tao Gong, Yuan Lin, Synthesis of porous hierarchical MgO and its superb adsorption properties, ACS Applied Materials & Interfaces, 5, 23, (2013), 12411–12418.

[23] Beverley G. Bennett, Observations on rearing Karocolens pittospori (Coleoptera: Curculionidae: Molytinae), New Zealand Entomologist, 9, 1, (1987), 34–37.

[24] Jia Liu, Nan Wang, Huili Zhang, Jan Baeyens, Adsorption of Congo red dye on Fe$_x$Co$_{3-x}$O$_4$ nanoparticles, Journal of Environmental Management, 238, (2019), 473–483.

[25] Nurulbaiti Listyendah Zahra, Doni Sugiyana, Suprihanto Notodarmojo, Adsorpsi zat warna tekstil Reactive Red 141 pada tanah liat lokal alami, Arena Tekstil, 29, 2, (2014), 63–72.

[26] Mahmoud El Ouardi, Samir Qourzal, Said Alahiane, Ali Assabbane, Jamaa Douch, Effective removal of nitrates ions from aqueous solution using new clay as potential low-cost adsorbent, Journal of Encapsulation and Adsorption Sciences, 5, 4, (2015), 178–190.

[27] Patria Sukmawati, Budi Utami, Adsorbsi Zat Pewarna Tekstil Malachite Green Menggunakan Adsorben Kulit Buah Kakao (Theobroma Cacao) Teraktivasi HNO$_3$, PROSIDING: Seminar Nasional Fisika dan Pendidikan Fisika Ke-5, 2014.

[28] A. O. Dada, A. P. Olalekan, A. M. Olatunya, O. Dada, Langmuir, Freundlich, Temkin and Dubinin–Radushkevich isotherms studies of equilibrium sorption of Zn$^{2+}$ into phosphoric acid modified rice husk, IOSR Journal of Applied Chemistry, 3, 1, (2012), 38–45.

[29] Tayyebeh Madrakian, Abbas Afkhami, Mazaher Ahmadi, Adsorption and kinetic studies of seven different organic dyes onto magnetite nanoparticles loaded tea waste and removal of them from wastewater samples, Spectrochimica Acta Part A: Molecular and Biomolecular Spectroscopy, 99, (2012), 102–109.